Hydroxy-Functionalized Graphene: A Proficient Energy Storage Material

Dipanwita Majumdar* and Sujata Pal

1Department of Chemistry, Barasat Government College, India
2Department of Chemistry, Habra Sree Chaitanya College, India

Abstract

The present exploration emphasizes on the fabrication of graphene sheets with optimum hydroxy (-OH) functionalities which would establish tuned electrical charge storage capacity thereby revealing appreciable electrochemical signature. Compared to other available chemical procedures, here we have adopted a simple, facile-one-pot sonochemical route for the synthesis of the material: Hydroxy-Functionalized Graphene (hG), starting from pristine graphite powder. The as-synthesized sample was characterized using FTIR, XPS, TGA and FESEM techniques which prompted formation of hydroxyl-functionalized graphene. We further investigated the electrochemical performances using techniques such as cyclic voltammetry and chrono-potentiometric charging/discharging cycles. The material shows potential applications in energy storage devices.

Keywords: Hydroxy-functionalized graphene; Electrochemical performances; Specific capacitance; Energy storage applications

Introduction

The ever rising demands of energy have encouraged the urge for promising electrochemical energy storage systems. The “Supercapacitors”, due to their enhanced power supply capacity, longevity, and high charge propagation dynamics have emerged as one of the most challenging field for research and development community [1,2]. As far as the electrode materials for “supercaps” are concerned, current research is immensely focusing on carbon-based materials [3-5] due to their abundance, ecofriendliness and easy processibility. Among them, graphene has incurred extreme interest due to vast array of unique and highly desirable electronic as well as electrochemical properties it offers, comes the most promising prospects when implementation within areas of energy research is sought [6-8]. The use of graphene as supercapacitor material has been widely reported for the past few years, with numerous studies also reporting that graphene to be a far advanced super-capacitor material than existing carbon and polymer based materials [9,10]. For “supercaps”, the key to improve “specific capacitance” is to enhance the specific surface area and control the pore size, layer stacking, and distribution of the electrode material, as investigated by Du et al. [11]. The authors reported GNSs with a narrow mesopore distribution of ~4 nm from natural graphite via oxidation and rapid heating processes, and found to maintain a stable specific capacitance of 150 F g⁻¹ under the specific current of 0.1 Ag⁻¹ for 500 cycles of charge/discharge. Wang et al. [12] also investigated graphene as a potential super-capacitor electrode material, where a maximum specific capacitance of 205 Fg⁻¹ was measured with a power density of 10 KWkg⁻¹ at a energy density of 28.5 Whkg⁻¹, excellent cyclic ability was obtained also with ~90% specific capacitance remaining after 1200 cycles. Interestingly, other work [13] has shown that using an electrophoretic deposition method to deposit GNSs onto nickel foams with three-dimensional porous structures, the high specific capacitance of 164 Fg⁻¹ is obtained from cyclic voltammetric (CV) measurement at a scan rate of 10 mVs⁻¹, and it was noted that after 700 cycles the specific capacitance remains 61% of the maximum capacitance. Yet further exciting prospects emerge where graphene prepared via graphitic oxide in an ionic liquid medium, exhibited a specific capacitance and energy density of ~75 Fg⁻¹ and 31.9 Whkg⁻¹ respectively at operating voltage of 3.5 V [14]. Here, the authors have claimed that the obtained energy density is one of the highest values reported till date, inferring that the performance characteristics of graphene are directly related to its advanced quality in terms of numbers of graphene layers and the inherent surface area. Thus, the above survey suggests the true potentiality for graphene systems as electrochemical capacitors, but their scalability might be an issue. However, it is also evident that the general specific capacitance of graphene is not as high as expected, and thus it is notable that many researchers have started to incorporate/modify graphene through different functionalization in pursuit for improved capacitance performances [15].

Recently graphene oxide has been found to show greater charge storing capacity than graphene but it has limitations of poor electrical conductivity compared to graphene [16]. Hence, an optimization of oxygen content on graphene sheets may assist in tuning both conductivity as well as charge storage in the system. Hence, in the present exploration, we have controlled the extent of oxidation of graphite to obtain the proportionate oxygen functionality to achieve tunability in electronic properties so that the system can be used as an effective electrode material for near future carbo-supercapacitors. In addition, we have adopted a very simple, facile, cost effective, green one pot sonochemical technique to obtain the desired material which is found to be a very competitive electrode material for “supercaps” in the near future technology.

Experimental Details

The method of synthesis of hG is facile; green as well as cost effective. The aid of sonochemical energy delivers necessary activation energy for the formation of hG by oxidant ammonium peroxodisulphate ion, which oxidizes individual graphite layers to hydroxy-functionalized graphene [17]. When graphite (2.5 g/lit) is subjected to ultrasonic energy in presence of aqueous ammonium peroxodisulphate ion, it thus it is notable that many researchers have started to incorporate/modify graphene through different functionalization in pursuit for improved capacitance performances [15].

*Corresponding author: Dipanwita Majumdar, Department of Chemistry, Barasat Government College, Barasat, Kolkata-700124, West Bengal, India, Tel: 033-2552-3365; E-mail: wbdesimajumdar@gmail.com

Received April 26, 2016; Accepted May 17, 2016; Published May 19, 2016

Citation: Majumdar D, Pal S (2016) Hydroxy-Functionalized Graphene: A Proficient Energy Storage Material. J Fundam Renewable Energy Appl 6: 209. doi: 10.4172/20904541.1000209

Copyright: © 2016 Majumdar D, et al. This is an open-access article distributed under the terms of the Creative Commons Attribution License, which permits unrestricted use, distribution, and reproduction in any medium, provided the original author and source are credited.
Corresponding Electrode and SCE as Reference Electrode respectively. The formation of hydroxy functionalized graphene (hG) is hereby indicated. The functional groups is hydroxy (-OH) groups in our hG sample. Hence, in the material. So, we can conclude that the main oxygen containing decomposition are observed for hG sample. The apparent mass thermal stability and its decomposition is similar to functionalized and compared it with its parent graphite. The hG sample has lower carbon loss. The above results thus indicate that functionalization has led to exfoliated graphene sheets which in-turn reduces the thermal stability for the exfoliated hG sample compared to the parent material, graphite.

Further, XPS has been used in the detection of the different oxygen-containing functional groups that form on the carbon surface during the chemical oxidation process of graphene. Figure 1C presents the typical C1s spectra of hG sample. The C1s signal shows that the C1s spectra yields peaks with different binding energy values representing carbon in the non-oxygenated C–C or C–H (284.3 eV), C=C (285.5 eV), epoxy/single C–O bonds/C–OH (286.4 eV) [21]. The peaks for double C=O bonds (carbonyl, 287.1 eV), and carboxylic COOH or O–C=O (288.5 eV) are almost negligible signifying that epoxy/hydroxy (terminal) functionalized graphene has been preferentially obtained by this synthetic route.

Discussion

To study the thermal stability of the as-synthesized sample, we carried out thermogravimetric analysis (Figure 1B) of hG sample and compared it with its parent graphite. The hG sample has lower thermal stability and its decomposition is similar to functionalized graphenes available in the literature. As expected, graphite was highly stable throughout the entire range of temperature study. Three step decompositions are observed for hG sample. The apparent mass reduction at ~100°C is due to loss of loosely bound water inside the structure. Again the mass loss at around 350°C was caused by pyrolysis of the oxygen-containing for elimination of remaining functional groups. Normally this decomposition starts at around 200-250°C for other systems reported but in our case as the hydroxy/ epoxy groups are supposed to be linked by hydrogen bonds, as result of which the loss commences at higher temperature [20]. Further decomposition takes place at around 500°C where almost 30% mass loss due to skeletal carbon loss. The above results thus indicate that functionalization has led to exfoliated graphene sheets which in-turn reduces the thermal stability for the exfoliated hG sample compared to the parent material, graphite.

To explore the potential applications in electrochemical capacitors, the hG sample was used to make supercapacitor electrodes and characterized with cyclic voltammetry (CV) and galvanostatic charging/discharging (CD) measurements.

Figure 2A shows the CV of the hG sample at different scan rates respectively in the potential range 0.0 V to +1.0 V vs. SCE. The CV profiles are almost rectangular shape for double layer capacitance, which suggested that the capacitance of the material is primarily originating from non-Faradic redox reactions. Thus, electrochemical double layer charge storage mechanism is being indicated in this case. The specific capacitance of the electrode can be calculated from the CV curves according to the following equation [22],

\[
C_m = \frac{i}{m} \frac{\Delta V}{\Delta V} 
\]

Where, \( m \) is the mass of electroactive material, \( i \) is the potential sweep rate, and \( V \) is the even current response defined by \( V \) and \( V' \) represent the lowest and highest voltages, respectively) and obtained through integrating the area of the curves,

\[
i = \int_{V_1}^{V_2} i(V) \frac{dV}{V - V'}
\]

The specific capacitance of hG sample calculated from CV curves was 161 F g⁻¹ measured at the scan rate of 2 mVs⁻¹, this obtained value being appreciable in the voltage range [11-13].

Figure 2B shows the charging-discharging behavior of the hG sample. Additionally, galvanostatic constant current charge-discharge curves at various current densities were performed with an electrochemical window of the potential range 0.0 V to +1.0 V to further examine the electrochemical performance of the material. The charging-discharging curves are almost linear and somewhat mirror symmetrical which suggests good electrochemical performance for hG sample. The specific capacitance of the sample can be calculated from the GC curves using the following equation: [22,23].

Citation: Majumdar D, Pal S (2016) Hydroxy-Functionalized Graphene: A Proficient Energy Storage Material. J Fundam Renewable Energy Appl 6: 209. doi:10.4172/20904541.1000209

ISSN: 2090-4541 JFRA, an open access journal

Volume 6 • Issue 3 • 1000209
$C_m = \frac{I \Delta t}{\Delta V m}$

where $I$, $\Delta t$, $\Delta V$, and $m$ denote current density, discharge time, potential range in discharge after the IR drop, and the active weight of the electrode material, respectively. The specific capacitance value was 191 F/g at current density of 6 A g⁻¹, which lies in good agreement with the CV results.

In order to evaluate cycle performance of the samples, charging/discharging profiles have been conducted for 1000 cycles at the current density of 6 A g⁻¹, which the results have been depicted in Figure 2C. We observed the capacitive retention for the hG sample was about 72%, which is quite appreciable compared to the reports available in the literature.

**Conclusion**

Thus, in the present work, hydroxy-functionalized graphene has been successfully prepared by a simple, green and wet-chemical method with the aid of ultrasonic energy. The obtained electrode material exhibited an appreciable specific capacitance and stable cycling performance for supercapacitor applications. Considering the significant factors such as low cost, abundant resources, simplicity of the preparative method and improved electrochemical properties, it...
is obvious that hydroxy-functionalized graphene is well suitable to be considered as promising electrode material for energy storage devices.

Acknowledgement

DM acknowledges UGC, India for funding minor research project [F. PSW-145/13-14 (ERO) dated 18th March 2014]. DM is also thankful to SNBNCBS, IACS, IIT Kharagpur-CRF, CRNN, CU and Jadavpur University, Kolkata, India for the necessary instrumental hiring facilities. DM acknowledges Barasat Govt. College for providing the required infrastructure support for carrying out the research work. DM expresses sincere gratitude to Prof. (Dr) Swapan Kr Bhattacharya, Department of Chemistry (Physical Chemistry Sec), Jadavpur University, Kolkata, India and Prof (Dr) Kaushik Das, Professor (Retd.), Department of Chemistry (Physical Chemistry Sec), Jadavpur University, Kolkata, India for their valuable suggestions and electrochemical instrument facilities regarding fulfillment of the research project.

References

1. Zhang LL, Zhao XS (2009) Carbon-based materials as supercapacitor electrodes. Chem Soc Rev 38: 2520-2531.
2. Simon P, Gogotsi Y (2008) Materials for electrochemical capacitors. Nat Mater 7: 845-854.
3. Pandolfo AG, Hollenkamp AF (2006) Carbon properties and their role in supercapacitors. J Power Sources 157: 11-27.
4. Qu D, Shi H (1998) Studies of activated carbons used in double-layer capacitors. J Power Sources 74: 99-107.
5. Peng LV, Zhang P, Li F, Feng Y, Feng W (2012) Vertically aligned carbon nanotubes grown on carbon fabric with high rate capability for supercapacitors. Synth Metals 162: 1090-1096.
6. Brownson DC, Kampouris DK, Banks CE (2011) An overview of graphene in energy production and storage applications. J Power Sources 196: 4873-4885.
7. Stoller MD, Park S, Zhu Y, An J, Ruoff RS (2008) Graphene-based ultracapacitors. Nano Lett 8: 3496-3502.
8. Du X, Guo P, Song H, Chen X (2010) Graphene nanosheets as electrode material for electric double-layer capacitors. Electrochim Acta 55: 4812-4819.
9. Zhu Y, Murali S, Stoller MD, Ganesh KJ, Cai W, et al. (2011) Carbon-based supercapacitors produced by activation of graphene. Science 332: 1537-1541.
10. Peng X, Liu X, Diamond D, Lau KT (2011) Synthesis of electrochemically-reduced graphene oxide film with controllable size and thickness and its use in supercapacitor. Carbon 49: 3488-3496.
11. Weng Z, Su Y, Wang DW, Li F, Du J, et al. (2011) Graphene-Cellulose Paper Flexible Supercapacitors. Adv Energy Mater 1: 917.
12. Wang Y, Shi Z, Huang Y, Ma Y, Wang C, et al. (2009) Supercapacitor Devices Based on Graphene Materials. J Phys Chem C 11: 13103-13107.
13. Chen Y, Zhang X, Yu P, Ma Y (2010) Electrophoretic deposition of graphene nanosheets on nickel foams for electrochemical capacitors. J Power Sources 195: 3031-3035.
14. Vivekchand SC, Rout CS, Subrahmanyam KS, Govindaraj A, Rao CR (2008) J Chem Sci 120: 9-13.
15. Stankovich S, Dikin DA, Dommett GH, Kohlhaas KM, Zimney EJ, et al. (2006) Graphene-based composite materials. Nature 442: 282-286.
16. Xu B, Yue S, Sui Z, Zhang X, Hou S, et al. (2011) What is the choice for supercapacitors: graphene or graphene oxide? Energy Environ Sci 4: 2826-2830.
17. Yuin Chia JS, Tan MT, Khiew PS, Chin JK, Lee H, et al. (2014) A novel one step synthesis of graphene via sonochemical-assisted solvent exfoliation approach for electrochemical sensing application. Chem Eng J 249: 270-278.
18. Hummer WS, Offeman RE (1958) Preparation of Graphitic Oxide. J Am Chem Soc 80: 1339.
19. Ban FY, Majid SR, Huang NM, Lim HN (2012) Graphene Oxide and Its Electrochemical Performance. Int J Electrochem Sci 7: 4345-4351.
20. Park S, Ana J, Potts JR, Velamakanni A, Murali S, et al. (2011) Hydrazine-reduction of graphite- and graphene oxide. Carbon 49: 3019-3023.
21. Shao Y, Wang J, Engelhard M, Wang C, Lin Y (2010) Facile and controllable electrochemical reduction of graphene oxide and its applications. J Mater Chem 20: 743-748.
22. Fan Z, Yan J, Wei T, Zhi L, Ning G, et al. (2011) Asymmetric Supercapacitors Based on Graphene/MnO2 and Activated Carbon Nanofiber Electrodes with High Power and Energy Density. Adv Funct Mater 21: 2366.
23. Qian Y, Lu S, Gao F (2011) Preparation of MnO/graphene composite as electrode material for supercapacitors. J Mater Sci 46: 3517.